Antifungal Activity of Several Vegetable Origin Household Waste Extracts Against Wood-Decaying Fungi In Vitro

Aitor Barbero-López

Received: 11 February 2020 / Accepted: 7 April 2020 © The Author(s) 2020

Abstract

Purpose  The aim of this paper is to identify if vegetable origin household wastes (VHWs) can be used in wood preservative formulations.

Method  An antifungal activity test of the VHW hot water extracts against wood-decaying fungi in vitro was performed.

Results  Out of the 17 studied VHW extracts 14 showed some antifungal activity against at least one fungi. Extracts from banana, tangerine and watermelon peels and discarded onion peels inhibited fungal growth the most.

Conclusions  The results demonstrate that VHWs are a source of antifungal chemicals, which can be considered as an alternative or additive to present wood preservatives formulations.

Keywords  Food solid waste · Domestic waste · Antifungal · Wood degradation · Wood preservation · Biorefining

Statement of Novelty

Forest industry is searching for new wood preservatives, because actual wood preserving chemicals are toxic to the environment and humans. At the same time, the society needs to find new uses to the organic waste generated by private users. The present study aimed to extract the natural chemicals found in these wastes, and test them as antifungals against the fungi responsible of decaying wood. This study found antifungal activity in the extracts of many of the wastes tested, proving that the wood industry could benefit from using organic waste in wood preservative formulations, what would bring new green solution to the forest industry.

Introduction

The quest for new wood preservatives is driven by the increasing tolerance of fungi to copper, the society’s environmental awareness and more strict regulations in chemical legislation in traditional wood preservatives. As some bio-based chemicals are known to be effective wood-decaying fungi inhibitors, such as tannins [1] and wood pyrolysis distillates [2], they have gained attention as substitutes of the traditional wood preservatives.

The increasing concern about the amounts of organic household waste generated all around the world is making research focus in revalorization and recovery of
food residues. Many vegetable origin household wastes (VHWs), as fruit peels or vegetable parts which are not usually eaten, and are often richer than the edible tissues in different constituents as phenolics, meaning that many bioactive chemicals could be extracted from them [3]. However, very few researchers have studied how wood-decaying fungi are affected by the extracts of some VHW, as spent coffee grounds [4].

The aim of this paper is to test if VHWs can be a source of chemicals for wood preservative formulations. The antifungal activity of the hot water extracts of the VHWs against several wood-decaying fungi was tested in vitro. The results bring new, cheap and sustainable possibilities for extracting antifungal constituents to be used in green wood preservatives. The antifungal constituents could offer an alternative to wood industry to some of the most harmful constituents of present preservatives, what would reduce their negative impact to the environment. Additionally, it would find a use to different wastes that are nowadays underused.

**Materials and Methods**

**Plant Origin Household Wastes and Their Extraction**

The VHWs tested in this experiment, coming from food purchased in food stores from Joensuu (Finland), were as follows: Potato, avocado, kiwi, orange, tangerine, banana, honeymelon, triploid watermelon, butternut squash and pumpkin peels; pistachio shell (endocarp) and coconut shell (exocarp); avocado seed; artichoke outer petals; discarded onion peels (scaly leaves and base of scape); spent coffee grounds (100% *C. arabica*) from standard coffee brewing and cold coffee brewing (brewed for 40 h, at 3 ± 1 °C).

All the VHWs except spent coffee were collected by the author of the paper after separating them from the edible parts. These VHWs were oven dried at 50 °C until constant mass was reached, and then crushed. Spent coffee from standard and cold coffee were put into an oven at 50 °C 12 h after being used to brew coffee, and were left in the oven until constant mass was reached. Extractions were done by boiling 15 g of each dried crushed VHW in 300 mL of Milli-Q water (Merck KGaA, Darmstadt, Germany) for 15 min. After the extraction, the solids were removed using a fine sieve and the extracts were levelled up to 300 mL with Milli-Q water as some of the water evaporated while boiling.

**Antifungal Test**

**Antifungal Test Material and Chemical Preparation**

Two brown-rot fungi, *R. (Poria) placenta* (strain BAM 113) and *G. trabeum* (strain BAM 115) and a white-rot fungus, *T. versicolor* (strain BAM 116), purchased from the Federal Institute for Materials Research and Testing (BAM, Berlin, Germany), were used for this test.

The growth media for the antifungal test was prepared by mixing 4% malt and 2% agar in each of the VHW extract. Each growth media was then autoclaved (120 °C, 15 min), 15 mL of it casted in petri dish (Ø 90 mm) and cooled down under sterile conditions. A growth media with 4% malt, 2% agar and Milli-Q water was prepared as a control, and a growth media with 4% malt, 2% agar and 1.6% copper-based AB-class preservative (Celcure C4, Koppers Inc., Pittsburgh, USA) was prepared as a commercial reference. The constituents of the commercial copper-based wood preservative were copper(II) carbonate (17%), ethanolamine (< 35%), benzalkonium chloride (4.75%), cyproconazole (0.096%), sodium nitrite (< 5%), and polyethoxylated tallow amine (< 5%).

**Fungal Inoculation and Growth Monitoring**

The fungal inoculation was done using a plug of 0.28 cm² in sterile conditions. The plug was used to put a spherical piece of the previously cultivated fungal strains into the center of the petri dish with the growth media that contained the VHW extract, copper-based preservative and the control media. The petri dishes were then sealed with parafilm and kept in a growing chamber at 22 ± 2 °C and 65% ± 5%. The area of the fungal colony was measured daily until the fungi growing in the control samples covered the whole petri dish, between 8 and 14 days, depending on the fungal strain and replicates. The set-up of Ancin-Murguzur et al. [5] was used to take pictures of the petri dish every second day. The antifungal activity of the VHW extract was measured following the formula used by Chang et al. [6]:

\[ \text{Inhibition} (\%) = \left(1 - \frac{AT - IA}{AC - IA}\right) \times 100 \]

here, AT is the surface covered by the fungal colony in the experimental petri dish (%), AC is the surface covered by the fungal colony in control petri dish (%) and IA is the surface covered by the inoculated plug (%).

**Data and Statistical Analysis**

Between six and eight replicates were prepared for each VHW extract, copper-based preservative and control sample, and the antifungal activity was measured based on their
mean values. The statistical analysis of the antifungal activity of VHW extract and copper-based preservative compared to controls was performed using IBM SPSS Statistics 23, using Tukey’s range test as post-hoc for ANOVA.

Results and Discussion

Most of the VHW extracts inhibited G. trabeum mycelial growth by at least 20% from the baseline of pure agar media (Table 1). The results of this study show potential of several of these extracts as antifungals against wood-decaying fungi, agreeing with previous studies that found that some VHW extracts have antifungal activity in wood, such as pomegranate extracts [4].

Out of all the tested VHW extracts, banana peel extract was the most effective antifungal, as it was the only extract that caused over 50% inhibition in all the studied fungi. This finding agrees with previous studies, which proved that banana peel extracts are successful inhibitors of other kinds of fungi, such as A. niger [8]. Saleem and Saeed [9] proved that several micro-organisms, including bacteria, fungi and yeasts were also inhibited by banana peel extracts, what supports the findings of this paper. The high amount of phenolics present in banana peels, which are known antimicrobials, could be responsible of this fungal inhibition [10].

Tangerine peel extract was also a successful inhibitor of wood-decaying fungi as it inhibited G. trabeum and T. versicolor about 50%, although the growth of R. placenta was only inhibited about 10%. Essential oil from tangerine peels are known to inhibit food spoilage related molds [11] and bacteria [12]. Citric acid—present in tangerine peels—is a useful chemical to protect wood from the decay fungus R. placenta [13]. Here, this fungal species grew only 10% less than control when exposed to tangerine peel extract, what could be caused by the lower concentration of citric acid in the extract or due to its other constituents, such as carbohydrates, which are present in tangerine peels [14].

Discarded onion peel extracts inhibited G. trabeum 69%, T. versicolor 45%, and R. placenta 22%. The antifungal activity of the phenolic compounds, such as quercetin [15] could be responsible of the growth inhibition of the studied wood-decaying fungi, as they are present in onion peels [16].

Watermelon peel extracts inhibited significantly both brown-rot fungi in this study, but did not inhibit the white-rot fungus T. versicolor. Watermelon peel extracts are effective as food preservatives [17] as well as inhibitors of health issue related bacteria and fungi [18]. The results of this work together with previous findings prove that watermelon peel extracts at tested concentration are able to inhibit several fungi, but some others, such as T. versicolor, are not sensitive to them.

### Table 1 Growth inhibition (%) of G. trabeum, R. placenta and T. versicolor caused by the different VHW extracts and copper-based wood preservative

| Inhibition (%) | G. trabeum | R. placenta | T. versicolor |
|----------------|------------|-------------|---------------|
| Potato peels (periderm) | 18.0 ± 2.5bc | 7.1 ± 2.7ab | −15.8 ± 3.4ab |
| Orange peels | 24.0 ± 2.3cd | 0.4 ± 0.8a | 26.5 ± 1.9f |
| Tangerine peels | 56.5 ± 1.0de | 10.1 ± 1.2b | 48.2 ± 5.8e |
| Honeymelon peels | 28.1 ± 2.8de | 1.4 ± 1.0a | −11.5 ± 5.7abcd |
| Watermelon peels | 39.3 ± 5.4de | 59.4 ± 1.1f | 0.9 ± 2.2cd |
| Butternut squash peels | 32.8 ± 5.3de | 1.2 ± 1.2a | −9.1 ± 2.7bcd |
| Pumpkin peels | 39.4 ± 4.5de | 21.9 ± 1.9a | −0.8 ± 2.5bcd |
| Banana peels | 61.3 ± 0.9f | 53.5 ± 0.9e | 71.2 ± 1.7h |
| Avocado peels (exocarp) | 30.8 ± 1.0de | 9.3 ± 1.6b | −7.8 ± 3.4abcd |
| Avocado seed | 39.9 ± 2.1e | 34.7 ± 1.4a | 18.7 ± 2.4ef |
| Pistachio shell (endocarp) | 3.3 ± 3.0ab | 6.3 ± 1.4ab | 4.9 ± 2.9de |
| Coconut shell (exocarp) | 5.2 ± 2.4ab | 0.1 ± 1.0a | −17.8 ± 4.1a |
| Kiwi peels (exocarp) | 18.2 ± 2.8bc | −0.3 ± 2.0a | −1.8 ± 1.7abcd |
| Artichoke petals | 42.1 ± 5.3de | 0.2 ± 0.6a | −11.2 ± 3.4abcd |
| Discarded onion peels | 69.2 ± 3.0e | 22.4 ± 2.1a | 44.6 ± 1.7f |
| Spent cold brew coffee | 27.0 ± 1.5de | 26.2 ± 1.6a | 25.4 ± 3.4ef |
| Spent normal brew coffee | 7.6 ± 3.7ab | 6.0 ± 2.4ab | −14.0 ± 3.8abc |
| Cu-based preservative | 100.0 ± 0.0a | 100.0 ± 0.0a | 100.0 ± 0.0a |
| Control | 0.0 ± 0.0a | 0.0 ± 0.0a | 0.0 ± 0.0a |

Different letters indicate significant differences caused by the tested chemicals within each fungus species.

The inhibition values highlighted in bold were considered the best performing by the author.

Avocado seed and spent cold brew coffee extract were effective against the three tested fungi species, as they are constituted by antifungal chemicals, such as phenolics in avocado seed [19] or coffee-derived chemicals—such as caffeine or chlorogenic acid—in spent coffee grounds [4].

The rest of the VHW extracts showed variable performance or did not inhibit significantly the growth of any of the studied fungi. In case of coconut shell extract, it even promoted the growth of T. versicolor, although other extraction methods resulted in extracts with wood preserving properties [20]. The reason of the low performance of the extracts in this test is possibly the different metabolisms and tolerances to chemicals of the fungi, the low efficiency of the extraction method for some of the VHW, and the carbohydrates that are present in many of these VHW extracts, such as tangerine peels [14].

The results of this study together with the previous literature indicate that phenolic compounds, together with organic acids, are responsible of the growth inhibition caused to wood-decaying fungi. The antioxidant activity of the VHW
extracts could be one of the mechanisms behind the fungal inhibition, as previous studies found that antioxidant activity could play a role in inhibiting wood-decaying fungi [21]. In this paper banana peel extracts were the best performing extracts, and are known to be rich in phenolics and highly antioxidant [10], what supports previous findings about the fungal inhibition mechanisms.

During the visual observation of the petri dish, a different colored halo around some of the fungus was detected in some of the petri dish after 3–4 experiment days. The fungus *T. versicolor* generated the halo in the growth media amended with tangerine, banana and avocado peels, avocado seed, artichoke petals, discarded onion peels and spent cold brew coffee. *Rhodonia placenta* generated the halo in pumpkin peel extract, while no halo was seen in any of the media where *G. trabeum* was inoculated. Similar halos have previously been related to chemicals released by the fungi to detoxify the media [4]. The shape of the colony was regular (circular) for all the fungi in all the different growth media except *R. placenta* growing in the media with discarded onion peel extract, which was irregular. The density of the colony in the *G. trabeum* colonies growing in contact with tangerine, pumpkin, banana and orange peel were often variable. During the first 5 to 7 days of the experiment, they presented areas with very low colony thickness, while all the other treatments and controls presented a constant thickness within the colony (see Fig. 1 as a visual example). These irregularities may be related to the stress of the fungi due to the presence of chemicals with antifungal activity.

The antifungal tests in agar plates, such as the one used in this experiment, provide information about how the chemicals tested affect the metabolism of fungi [2]. This test excludes other wood-related factors that may hinder the effects caused by the studied chemicals, such as the wood anatomy or the variability in the distribution of the structural compounds [22]. Before using VHW extracts in wood preservative formulations, further tests are needed, where VHW extract amended wood preservatives are tested for their leaching from wood and performance against wood-decaying fungi.

**Conclusions**

The studied VHW extracts have antifungal activity against wood-decaying fungi, although their effects vary significantly depending on the studied fungal species and the different extracts. Banana peel extract is the best performing hot water extract tested as it inhibited all the wood-decaying fungi. Onion, tangerine and watermelon peel extracts cause significant inhibition of some fungi, and thus, together with banana peel extract, are the most promising tested extracts for wood preservative formulations, and could provide a cheap and sustainable source of antifungals for the wood industry.

**Acknowledgements**

Open access funding provided by University of Eastern Finland (UEF) including Kuopio University Hospital. I would like to thank specially Dr. Antti Haapala for checking the paper and his support with this paper, as well as for understanding its importance for me. Thanks also to Dr. Olalla Díaz-Yáñez, Luis Puerto and Marta Cortina-Escribano for their help.

**Funding**

This study was supported by the UEF FORES Doctoral School.

**Data Availability**

The data will be kept by the author of the paper.

**Compliance with Ethical Standards**

**Conflicts of interest**

The Author declares no conflict of interest in publishing this manuscript.

**Open Access**

This article is licensed under a Creative Commons Attribution 4.0 International License, which permits use, sharing, adaptation, distribution and reproduction in any medium or format, as long as you give appropriate credit to the original author(s) and the source, provide a link to the Creative Commons licence, and indicate if changes
References

1. Anttila, A.-K., Pirttilä, A.M., Häggman, H., Harju, A., Venäliäinen, M., Haapala, A., Holmbom, B., Julkunen-Titto, R.: Condensed conifer tannins as antifungal agents in liquid culture. Holzforschung 67, 825–832 (2013). https://doi.org/10.1515/hf-2012-0154

2. Barbero-López, A., Chibily, S., Tomppo, L., Salami, A., Ancin-Murguzur, F.J., Venäliäinen, M., Lappalainen, R., Haapala, A.: Pyrolysis distillates from tree bark and fibre hemp against wood-decaying fungi. Ind. Crops Prod. 129, 604–610 (2019). https://doi.org/10.1016/j.indcrop.2018.12.049

3. Wadhwa, M., Bakshi, M.P.S., Makkar, H.P.S.: Wastes to worth: value added products from fruit and vegetable wastes CAB (2015). https://doi.org/10.1079/PAVSNNR201510043

4. Barbero-López, A., Ochoa-Retamero, A., López-Gómez, Y., Vilppö, T., Venäliäinen, M., Lavola, A., Julkunen-Titto, R., Haapala, A.: Activity of spent coffee ground cinnamates against wood-decaying fungi in vitro. BioResources 13, 6555–6564 (2018)

5. Ancin-Murguzur, F.J., Barbero-López, A., Kontunen-Soppeła, S., Haapala, A.: Automated image analysis tool to measure microbial growth on solid cultures. Comput. Electron. Agric. 151, 426–430 (2018). https://doi.org/10.1016/j.compag.2018.06.031

6. Chang, S.-T., Wang, S.-Y., Wu, C.-L., Su, Y.-C., Kuo, Y.-H.: Antifungal compounds in the ethyl acetate soluble fraction of the extractives of Taiwania (Taiwania cryptomerioides Hayata) heartwood. Holzforschung 53, 487–490 (1999). https://doi.org/10.1515/HF.1999.080

7. Lajnef, L., Caceres, I., Trinsoutrot, P., Charrier-El Boughtry, F., Ayed, N.: Effect of Punica granatum peel and Melia azedarach bark extracts on durability of European beech and maritime pine. Eur. J. Wood Prod. 76, 1725–1735 (2018). https://doi.org/10.1007/s00178-018-3430-x

8. Prakash, B., Sumangala, C.H., Melappa, G., Gavimath, C.: Evaluation of antifungal activity of banana peel against scalp fungi. Mater. Today 24, 11977–11983 (2017). https://doi.org/10.1016/j.matpr.2017.09.119

9. Saleem, M., Saeed, M.T.: Potential application of waste fruit peels (orange, yellow lemon and banana) as wide range natural antimicrobial agent. J. King Saud Univ. Sci. 32, 805–810 (2019)

10. Vu, H.T., Scarlett, C.J., Vuong, Q.V.: Phenolic compounds within banana peel and their potential uses: a review. J. Funct. Foods 40, 238–248 (2018). https://doi.org/10.1016/j.jff.2017.11.006

11. Viuda-Martos, M., Ruiz-Navajas, Y., Fernández-López, J., Pérez-Álvarez, J.: Antifungal activity of lemon (Citrus lemon L.), mandarin (Citrus reticulata L.), grapefruit (Citrus paradisi L.) and orange (Citrus sinensis L.) essential oils. Food Control 19, 1130–1138 (2008)

12. Shahzad, K., Nawaz, S., Ahmad, R., Akram, N., Iqbal, Z.: Evaluation of antibacterial, antifungal and antioxidant activity of essential oil of Citrus reticulata fruit (tangerine fruit peel). Pharmacology-online 3, 614–622 (2009)

13. Despot, R., Hasan, M., Jug, M., Šefc, B.: Biological durability of wood modified by citric acid. Drvna Industrija 59, 55–59 (2008)

14. Apraj, V.D., Pandita, N.S.: Pharmacognostic and phytochemical evaluation of Citrus reticulata blanco peel. Int. J. Pharmaceut. Phytochem. Res. 6, 328–331 (2014)

15. Rauha, J.-P., Remes, S., Heinonen, M., Hopia, A., Kähkönen, M., Kujala, T., Pihlaja, K., Vuorela, H., Vuorela, P.: Antimicrobial effects of Finnish plant extracts containing flavonoids and other phenolic compounds. Int. J. Food Microbiol. 56, 3–12 (2000). https://doi.org/10.1016/S0168-1605(00)00218-X

16. Burri, S.C.M., Ekhholm, A., Håkansson, Å., Tornberg, E., Rumpunen, K.: Antioxidant capacity and major phenol compounds of horticultural plant materials not usually used. J. Funct. Foods 38, 119–127 (2017). https://doi.org/10.1016/j.jff.2017.09.003

17. Kumar, P., Mehta, N., Malav, O.P., Kumar Chatli, M., Rathour, M., Kumar Verma, A.: Antioxidant and antimicrobial efficacy of watermelon rind extract (WMRE) in aerobically packaged pork patties stored under refrigeration temperature (4 ± 1°C). J. Food Process. Preserv. (2018). https://doi.org/10.1111/jpp.13757

18. Harith, S.S., Mazlun, M.H., Mydin, M.M., Nawi, L., Saat, R.: Studies on phytochemical constituents and antimicrobial properties of Citrullus lanatus peels. [Kajian jujukan fitokimia dan antimikrob kulit Citrullus lanatus]. Malaysian J. Anal. Sci. 22, 151–156 (2018)

19. Soong, Y.-Y., Barlow, P.J.: Antioxidant activity and phenolic content of selected fruit seeds. Food Chem. 88, 411–417 (2004). https://doi.org/10.1016/j.foodchem.2004.02.003

20. Shiny, K.S., Sundararaj, R., Vijayalakshmi, G.: Potential use of coconut shell pyrolytic oil distillate (CSPOD) as wood protectant against decay fungi. Eur. J. Wood Wood Prod. 76, 767–773 (2017). https://doi.org/10.1007/s00107-017-1193-8

21. Belt, T., Hänninen, T., Rautkari, L.: Antioxidant activity of Scots pine heartwood and knot extractives and implications for resistance to brown rot. Holzforschung 71, 527–534 (2017). https://doi.org/10.1515/hf-2016-0232

22. Vek, V., Oven, P., Humar, M.: Phenolic extracts of wound-associated wood of beechn and their fungicidal effect. Int. Biodeterior. Biodegrad. 77, 91–97 (2013). https://doi.org/10.1016/j.ibiod.2012.10.013

Publisher’s Note Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.